Preparation of cathode film with use of aqueous solvent system

Y. Oka, Y. Watanabe, H. Matsumoto and T. Nakamura
Graduate School of Engineering, University of Hyogo, 2167, Shosha, Himeji, Hyogo 671-2280, Japan

Introduction

In general, the electrodes are composite films of active material, conducting additive and organic binder, and prepared on current collector by doctor blade technique. The organic solvent, NMP, has been widely used, but its environmental issue makes us shift toward aqueous solvent system, because the extension of the battery application to large-scale system, such as EV, HEV and stationary storage system, requires huge amount of the electrode production. In this study, we’ve studied the preparation of cathode film from aqueous solvent system, instead of ordinary NMP solvent. It is difficult for us to uniformly disperse the conducting additive in the aqueous solvent. Non-homogenous suspension would deteriorate the electronic conduction of the coated film, resulting in poor electrochemical performances. In order to obtain uniform dispersion of the conducting additive in aqueous solvent, a novel technique, low-temperature plasma treatment was applied. It enabled us to convert the hydrophobic carbon surface to hydrophilic one and to obtain stable colloidal suspension. Consequently, the prepared cathode films have smooth surface without serious aggregation, and their electrochemical performances were comparable to those using NMP solvent system.

Experimental procedures

The materials used in this study were LiCo$_{0.85}$Ni$_{0.05}$Mn$_{0.15}$O$_2$ particles as active material, acetylene black as conducting additive, PVDF as binder for NMP organic solvent, CMC and SBR as binders for aqueous solvent.

First, the carbon particles were dispersed into distilled water under the plasma treatment. The pre-determined amount of the active material particles were put into the aqueous suspension under mechanical stirring. Then, the other aqueous solution of CMC was mixed to it. Finally, SBR binder was added to it under mechanical stirring. The weight ratio of active material/acetylene black/CMC/SBR was adjusted to 86/7/5/2.

Using the aqueous slurry, the cathode films were prepared on Al current collector by doctor blade technique. They were dried and roll-compacted for densification, where the carbon particles with hydrophobic nature were not dispersed in distilled water but located above it. On the other hand, they were uniformly dispersed into distilled water after the plasma treatment. The electrons are generated during the plasma treatment and the collision between the electrons and water molecule produce the reactive radicals (H* and OH*). These radicals may modify the carbon particle surface with carboxyl groups. Subsequently, the carbon particle surface is converted from hydrophobic to hydrophilic. It yields uniform and stable colloidal suspension.

Next, the electrochemical performance of these film electrodes was studied. The charge-discharge potential profile was stable on the cycling. At the current rate of 0.1C, the initial charge and discharge capacity was 203 and 178mAh/g, respectively, and no significant capacity fading was observed on the cycling up to 30th. These are almost the same as those of the film electrode using NMP solvent system. Fig. 2 shows the discharge potential profiles on various discharging current rates. The discharge capacity was approximately 160, 150 and 120mAh/g at the current rate of 0.5C, 1C and 2C, respectively. The high-rate capability was not bad, but was only slightly lower than those the film electrode using NMP solvent system.

Fig. 1 Pictures of carbon aqueous suspension before the plasma treatment (a) and after the plasma treatment (b).

Fig. 2 Discharge potential profiles at various discharge current rates.

Results and Discussion

Fig 1 shows the pictures of the carbon aqueous suspension. Before the low-temperature plasma treatment, the carbon particles with hydrophobic nature were not dispersed in distilled water but located above it. On the other hand, they were uniformly dispersed into distilled water after the plasma treatment. The electrons are generated during the plasma treatment and the collision between the electrons and water molecule produce the reactive radicals (H* and OH*). These radicals may modify the carbon particle surface with carboxyl groups. Subsequently, the carbon particle surface is converted from hydrophobic to hydrophilic. It yields uniform and stable colloidal suspension.

Acknowledgment

The authors grateful thank Dr. Y. Nishimura (KURITA SEISAKUSYO Co. Ltd.) for his assistance of carbon particle suspension preparation and his fruitful discussion in addition to the encouragement during this work. The authors would like to express gratitude to Mr. M. Takano and Mr. Y. Oguni (NIKKISO Co. Ltd.) for their technical help of the particle size evaluation.